Density functional study of the adsorption and van der Waals binding of aromatic and conjugated compounds on the basal plane of MoS2

Moses, Poul Georg; Mortensen, Jens Jørgen; Lundqvist, Bengt; Nørskov, Jens Kehlet

Published in:
Journal of Chemical Physics

Link to article, DOI:
10.1063/1.3086040

Publication date:
2009

Document Version
Publisher's PDF, also known as Version of record

Link back to DTU Orbit

Citation (APA):

DTU Library
Technical Information Center of Denmark

General rights
Copyright and moral rights for the publications made accessible in the public portal are retained by the authors and/or other copyright owners and it is a condition of accessing publications that users recognise and abide by the legal requirements associated with these rights.

- Users may download and print one copy of any publication from the public portal for the purpose of private study or research.
- You may not further distribute the material or use it for any profit-making activity or commercial gain
- You may freely distribute the URL identifying the publication in the public portal

If you believe that this document breaches copyright please contact us providing details, and we will remove access to the work immediately and investigate your claim.
Density functional study of the adsorption and van der Waals binding of aromatic and conjugated compounds on the basal plane of MoS$_2$

Poul Georg Moses,$^{1,}$a Jens J. Mortensen,$^1$ Bengt I. Lundqvist,$^{1,2}$ and Jens K. Nørskov$^{1,b}$

$^1$Department of Physics, Center for Atomic-Scale Materials Design (CAMD), Building 307, Nano DTU, Technical University of Denmark, DK-2800 Kgs. Lyngby, Denmark
$^2$Department of Applied Physics, Chalmers University of Technology, SE–412 96 Göteborg, Sweden

(Received 12 November 2008; accepted 27 January 2009; published online 13 March 2009)

Accurate calculations of adsorption energies of cyclic molecules are of key importance in investigations of, e.g., hydrodesulfurization (HDS) catalysis. The present density functional theory (DFT) study of a set of important reactants, products, and inhibitors in HDS catalysis demonstrates that van der Waals interactions are essential for binding energies on MoS$_2$ surfaces and that DFT with a recently developed exchange-correlation functional (vdW-DF) accurately calculates the van der Waals energy. Values are calculated for the adsorption energies of butadiene, thiophene, benzothiophene, pyridine, quinoline, benzene, and naphthalene on the basal plane of MoS$_2$, showing good agreement with available experimental data, and the equilibrium geometry is found as flat at a separation of about 3.5 Å for all studied molecules. This adsorption is found to be due to mainly van der Waals interactions. Furthermore, the manifold of adsorption-energy values allows trend analyses to be made, and they are found to have a linear correlation with the number of main atoms. © 2009 American Institute of Physics. [DOI: 10.1063/1.3086040]

I. INTRODUCTION

The strict legislations on sulfur contents in diesel fuel require that the most refractory sulfur containing compounds are removed from the crude oil. This has increased the interest in the reaction mechanisms in hydrodesulfurization (HDS) catalysis in order to improve present day catalysts.1–6 A key to understanding the reaction mechanisms is the detailed knowledge of the reaction energy landscape. This requires methods to accurately calculate or measure adsorption energies of reactants, products, and inhibitors and barriers of the reactions.

Several earlier density functional theory (DFT) studies of HDS catalysis have elucidated structure, adsorption properties, and reactivity of HDS catalysts.2,5,7,15 In calculating accurate chemisorption energies of molecules on surfaces, the DFT has a well-proven record.16 The calculation of physisorption energies has been much more of a challenge, however, due to the absence of the ubiquitous van der Waals (vdW) forces in the most widely used implementations of DFT. The concept “vdW forces” includes forces due to permanent-dipole dipole interactions, permanent-dipole and induced-dipole interactions, and instantaneous induced-dipole induced-dipole interactions, also called London dispersion forces. The most widely used implementations of DFT do not include the nonlocal London dispersion forces. The lack of vdW forces could be problematic in studies of HDS, since most of the molecules of interest in HDS are aromatic. Such molecules are believed to have a considerable part of the binding due to vdW forces. However, recent developments in exchange-correlation (xc) functionals,17–19 resulting in a novel xc functional (vdW-DF) that accounts for vdW forces, including the London dispersion forces, have shown promising results for adsorption and binding in a variety of systems with significant vdW interactions.17,20–27

The adsorption of aromatic (thiophene, benzothiophene, benzene, naphthalene, pyridine, quinoline) and conjugated compounds (butadiene) on the basal plane of MoS$_2$ is investigated by use of the vdW-DF functional.17 Thereby, the importance of vdW forces on adsorption energies on MoS$_2$ is elucidated. The molecules investigated represent both HDS reactants such as thiophene and benzothiophene and HDS products such as butadiene.28 Benzene and naphthalene represent weak inhibitors while pyridine and quinoline are much stronger inhibitors of HDS.15,28,29 It is found that the adsorption of both aromatic and conjugated compounds on the MoS$_2$ basal plane is dominated by vdW interactions. Results from well defined ultrahigh vacuum surface science experiments30 on the binding of butadiene and thiophene agree well with the theoretical results, thereby indicating that the vdW interaction for adsorption on MoS$_2$ based system is well described by the vdW-DF functional. The vdW-DF method uses the exchange functional of the generalized gradient approximation (GGA) flavor revPBE.31 Here results are also calculated with the RPBE exchange functional16 which gives essentially the same results (RPBE-vdW).

II. CALCULATIONAL DETAILS

To investigate the basal plane (0001) of MoS$_2$, a slab model is used. The supercell has four MoS$_2$ units in the x- and y-directions and one unit cell in the z-direction. The slabs are separated by 21.82 Å in the z-direction. This model represents the basal plane of MoS$_2$ single crystal, where the
The effect of the second layer of MoS$_2$ is assumed to be small. This has been shown to be a reasonable approximation for graphite, where addition of a second layer is estimated to give less than 6% increase in the binding between bulk graphite multilayers, i.e., an increase from 48 to 50.5 meV/atom, when going from the exfoliation energy to the graphite multilayers, i.e., an increase from 48 to 50.5 meV/atom, when going from the exfoliation energy to the graphite multilayers. Therefore, the interaction between the first and second layers is assumed to be small.

The potential energy surfaces (PESs) in Figs. 1–3 show that to within the accuracy of DFT, there is an insignificant difference between RPBE-vdW and vdW-DF results, the latter giving only slightly weaker binding (0.03–0.05 eV).

The vdW-DF and RPBE-vdW codes have recently been implemented in the grid based real space projected augmented wave code GPAW. The $E_{\text{vdW-DF}}$ and $E_{\text{RPBE-vdW}}$ energies are calculated as perturbations to the RPBE result, using the self-consistent RPBE density. The vdW-DF xc energy is given as:

$$E_{\text{xc}} = E_{\text{LDA,c}} + E_{\text{GGA,x}} + E_{\text{c},\text{nl}}$$

where $E_{\text{LDA,c}}$ is the LDA correlation, $E_{\text{GGA,x}}$ the GGA exchange energy, equal to $E_{\text{revPBE,x}}$ in the vdW-DF functional and to $E_{\text{RPBE,x}}$ in RPBE-vdW, according to reasons given above. The nonlocal correlation energy $E_{\text{c},\text{nl}}$ is calculated as:

$$E_{\text{c},\text{nl}} = \frac{1}{2} \int \int n(r)\phi(r,r')n(r')drdr',$$

where the interaction kernel $\phi(r,r')$ is calculated as described in Ref. 17. The integral is evaluated for densities above 0.0001/Å$^3$ and a density grid spacing of 0.10 Å. The periodic boundary conditions are included using the minimum image convention.

The PESs are constructed in the following way. The binding site and orientation of the molecule are determined using DACapo with the RPBE functional. Two different approaches are used. (i) Simple structure optimization keeping the slab fixed is used for nonparallel adsorption; (ii) for parallel adsorption the z coordinate (z is chosen to be perpendicular to the surface plane) of the molecule is fixed at a distance of 3.5 Å above the surface. A flat adsorption is
thereby ensured and the determination of the optimal orientation of the molecule at distances closer than the RPBE equilibrium distance made possible. Having determined the $x$ and $y$ coordinates of the binding sites, the PES along the $z$ coordinate is calculated by displacing the molecule along the $z$ coordinate. For each displacement four different total energies are calculated: (i) the RPBE total energy calculated using DACAPO with the RPBE xc functional; (ii) the non-self-consistent revPBE total energy calculated using DACAPO and the RPBE density; (iii) the RPBE-vdW total energy using the RPBE exchange energy calculated using DACAPO and the nonlocal correlation energy calculated by GPAW with the RPBE density as input; (iv) the vdW-DF total energy calculated using the revPBE exchange energy calculated by DACAPO and the nonlocal correlation energy calculated by GPAW with the RPBE density as input. The fact that the self-consistent RPBE and revPBE densities are close to each other is thus utilized.

III. RESULTS AND DISCUSSION

The adsorption systems of butadiene, thiophene, dibenzothiophene, pyridine, quinoline, benzene, and naphthalene on the basal (0001) plane of MoS$_2$ are investigated. For the first mentioned ones, thiophene and butadiene, there are previous results from well defined surface science experiments. The binding on the basal plane is found weak, with thiophene and butadiene adsorption-energy values measured as $-0.42$ and $-0.37$ eV, respectively.

IV. THIOPHENE

For thiophene, there are two adsorption configurations [(a) and (b) in Fig. 1] with very similar binding energies and PESs. Little or no chemical bonding is found, the entire bond is given by vdW interaction, and the molecule lies flat at about 3.5 Å above the basal plane. The adsorption-energy values calculated in vdW-DF ($-0.43$ eV) and RPBE-vdW ($-0.46$ eV) compare well with the experimental number ($-0.42$ eV).

V. BUTADIENE

Three different butadiene adsorption configurations [(a)–(c) in Fig. 2] have been investigated and the calculated PESs can be seen in Fig. 2. The binding energy values for the different adsorption configurations are very similar, and the maximum vdW-DF (RPBE-vdW) binding is $-0.37$ eV ($-0.4$ eV) found for the flat adsorption mode at a separation of 3.5 Å from the basal plane. Like for thiophene, the binding energies are dominated by vdW interactions. The agreement between the experimental and the calculated adsorption-energy values is high.

VI. CYCLIC AND HETEROCYCLIC MOLECULES

A series of cyclic and heterocyclic molecules relevant for HDS catalysis have been investigated (Fig. 3). There exist no detailed experimental investigations of these molecules on the MoS$_2$ basal plane, however. The binding energy is dominated by vdW interactions, like for thiophene and butadiene. The adsorption-energy values and PESs of benzene...
and naphthalene are very similar on MoS₂ and graphite (adsorption-energy values on graphite being −0.50 eV for benzene and −0.76 eV for naphthalene, respectively, calculated in vDW-DF, that is with revPBE exchange). The parallel geometry is preferred, with the molecular plane about 3.5 Å above the basal plane.

The overall picture is that vDW forces dominate the bonds between the investigated molecules and the basal plane of MoS₂. The equilibrium z-distance from molecule to surface is approximately 3.5 Å for all molecules. In the cases where experimental data are available, i.e., thiophene and butadiene, the experimental values for the adsorption energy agree well with the calculated values. The accuracy of the experimental results is on the level of ±0.04 for butadiene and ±0.01 eV for thiophene, thus the present results indicate that the accuracy of the vDW-DF is on the level of ±0.1 eV, which is similar to the accuracy found for adsorption on graphene. The relatively strong vDW binding energy should relate to the fact that the investigated molecules have delocalized electrons in the aromatic structure of the cyclic and heterocyclic molecules and the conjugated double bonds in butadiene. Such electronic states contribute more to the polarization the more delocalized they are. Crudely speaking, the delocalization grows with the number of atoms that are not plainly hydrogen but span up the framework of the molecule.

Figure 4 shows all the calculated adsorption-energy values as functions of the number of main atoms (S, C, N). There is a linear correlation between the number of main atoms and the binding energy. As the density is the key variable in DFT, one possible explanation could be that the density added by each additional main atom is similar and that there is a very small influence by the change in MoS₂ surface density [such an explanation follows trivially from Eq. (2), when the mentioned crude assumptions are made in this equation], something that might be due to the nonlocal nature of the vDW forces. In this connection it is interesting to note that the z-distance from molecule to surface is approxi-
The calculated adsorption-energy values agree very well with available experimental data. For all molecules the bond is found to be due to vdW interactions. The present results for the vdW binding show a magnitude that will influence the coverage of these species considerably.

A simple linear correlation between adsorption-energy values and the number of main atoms is identified. It could be used to determine approximate vdW adsorption energies on MoS2 and should be a challenge for the strive toward a deeper understanding. Obviously, the vdW forces cannot be neglected in calculations of adsorption energies of aromatic and conjugated compounds on inert surfaces, such as the basal plane of MoS2. The high degree of agreement between theory and experiment shows that the vdW-DF functional is promising for accurately calculating adsorption energies.

Needless to say, there are several aspects of the vdW-DF and its application in a context like this that need to be scrutinized, including optimization of the account of exchange, understanding of how seemingly different surfaces, such as graphite and the basal plane of MoS2, can give so similar physisorption values, and the possible coexistence of vdW forces with other forces of a similar magnitude, such as expected covalent ones at, e.g., the edge of nanosized MoS2 triple layers.

ACKNOWLEDGMENTS

The Lundbeck foundation is sponsoring the Center for Atomic-Scale Materials Design and the Danish Center for Scientific Computing is acknowledged for granting the computer resources needed for this project.

The linear correlation found in Fig. 4 could be used to estimate the vdW contribution for larger molecules such as dibenzothiophene and could therefore prove to be useful in the development of reaction path diagrams including vdW forces.

FIG. 4. (Color online) Adsorption energy as a function of the number of main atoms (C, S, N). The straight line is the linear fit to the binding energies.

VII. CONCLUSION

The adsorption properties of butadiene, thiophene, benzothiophene, benzene, naphthalene, pyridine, and quinoline on the basal plane of MoS2 are calculated with the recently developed xc functional vdW-DF. The adsorption geometries are typically flat with the molecular plane typically 3.5 Å above the basal plane of MoS2. The calculated adsorption-energy values agree very well with available experimental data. For all molecules the bond is found to be due to vdW interactions. The present results for the vdW binding show a magnitude that will influence the coverage of these species considerably.